Thermal degradation of hard alloys of the niobium-cadmium system at low pressure

Volodin V. N., Tuleushev Y. Zh., Kenzhaliyev B. K., Trebukhov S. A.

Received: 09 January 2020 / Peer reviewed: 27 January 2020 / Accepted: 5 February 2020

Abstract. Due to the lack of data on the double film Nb-Cd system thermal stability, the effect of thermo-vacuum treatment of cadmium solid solutions in niobium, in intermetallic compound NbCd₂ and in cadmium-based alloys on the structure of materials was studied. A step-by-step isochronous annealing at a temperature of 300 and 500°C and a pressure of 1·10⁻³ Pa was used as the research method followed by tracking changes in the composition and structure by comparing the diffractometric data before and after heat treatment. The amount of cadmium in the coating, the sublimation (evaporation) rate of cadmium from film coatings was determined based on the previously established dependence of the lattice parameter of the body-centered cubic lattice of solid solutions on the composition. As a result, the heating of film coatings (49.0 - 64.5 at % Cd) represented by solid solutions in high vacuum up to 300°C was found to be accompanied by the onset of intense degradation of the crystalline niobium-cadmium system due to the diffusion of cadmium atoms to the solid phase-vapor interface and its subsequent sublimation. Coatings from the NbCd₂ intermetallic compound which is a degenerate semiconductor and cadmium-based solid solutions (72.5 and 76.8 at % Cd) including the amorphized phase of the intermetallic compound, after exposure at this temperature are degraded due to the complete transfer of cadmium to the vapor phase by evaporation. Upon thermal exposure to a temperature of 200°C, the structure of solid solutions of cadmium in niobium and the NbCd₂ intermetallic compound was stable.

Keywords: niobium, cadmium, solid solution, intermetallic compound, diffractometry, sublimation.

Introduction

The nanotechnology development has sparked a surge of interest in materials science, including knowledge about the effect of ultrafine formations on the properties of materials. Roduner E. [1, 2], when considering the thermodynamics of small systems, noted several key points, in particular: for sufficiently small systems, ideas about the phase state and phase transitions lose their meaning; for very small and isolated systems, fluctuations begin to play a huge role; in such systems, a reasonable definition of the concept of temperature becomes impossible; the melting and boiling points of liquid nanoscale droplets of a substance always fall below the corresponding values in the bulk phase of the same materials.
material, etc. The use of the dimensional factor involves obtaining new materials with unusual properties.

In this regard, to date, a very significant amount of work has been done on the effect of particle size on the melting temperature [3-13], the thermodynamics of small formations [13-17], material structure, process design, etc. Such studies entailed the production of new materials with unusual properties, including those applied to the considered niobium-cadmium system [18].

However, studies on the thermal stability of such systems are sporadic [19], and similar information on the binary Nb-Cd system is absent.

Taking into account the foregoing, the aim of this research was to study the thermal stability of solid solutions and the intermetallic NbCd₂ compound discovered, at low pressure.

**Research object and technique**

Film coatings with a cadmium content of 49.0; 64.5; 68.0; 72.5 and 76.8 at. % (53.76; 68.74; 72.0; 76.13 and 80.02 wt. %, respectively) were used as the object of study; the rest was niobium. Samples were obtained by layer-by-layer (with a small number of crystal lattice periods) coprecipitation of sputtered metals on a substrate moving relative to low-pressure plasma flows. Composition with 68.0 at. % cadmium corresponded to the NbCd₂ compound. Coatings are applied to substrates made of polycor-polycrystalline α-Al₂O₃ of 6×12 mm in size. The coating thickness ranged from 1.5 to 1.8 μm. The film thickness was determined by the method of Rutherford backscattering of protons at the UKP-2-1 tandem accelerator (Institute of Nuclear Physics) and by calculation based on the amount of deposited metals and their density.

An isochronous (1 hour) step-by-step annealing at a temperature of 300 and 500°C and a pressure of 1·10⁻³ Pa was chosen as a research method. The sample was subjected to primary annealing at 300°C, then secondary treated at 500°C. Annealing was carried out on a high-temperature vacuum furnace manufactured on the basis of the URVT-2500 plant. The change in composition and structure was monitored by comparing diffractometric data before and after heat treatment.

X-ray diffraction studies of the niobium system with cadmium were carried out on a D8 Advance diffractometer (Bruker) with copper radiation $\lambda_{Kα} = 0.154051$ nm and graphite monochromators. The value of the lattice parameter was calculated as the average, using all diffraction lines from this phase. Since cadmium expectedly escaped during thermo-vacuum exposure of samples, we attempted to quantify the rate of evaporation of the volatile component from solid solutions. The calculation is based on a change in the parameter of the body-centered cubic lattice of solid niobium-based solutions before and after thermal exposure at low pressure. Due to the fact that the dependence of the lattice parameter on the composition, the amount of cadmium in the coating was established by us [13], it became possible to quantitatively establish the loss of the latter from the alloy by evaporation over a certain period of time, i.e. process intensity. Moreover, given that the coating thickness is extremely small compared to other measurements, in the calculation it was considered that the sample is two-dimensional, i.e. evaporation proceeds from the film surface. The specific evaporation rate was obtained due to the relation of the calculated velocity to the evaporation surface, i.e substrate area.

Electron microscopic studies of the film coatings of the niobium-cadmium system were performed on a JSM-8230 electron probe microanalyzer (JEOL).

**Experiment results and discussion**

X-ray diffraction patterns of the initial and thermo-vacuum-treated samples with a content of 49.0 and 64.5 at.% are shown in Figures 1 and 2. Analysis of the diffraction patterns showed that in the initial state the lattice parameter of the cadmium solid solution in niobium with 49.0 at.% Cd is 0.3348 ± 0.0003 nm; after annealing at 300°C, it is 0.3336 ± 0.0006 nm; and after annealing at 500°C it is 0.3311 ± 0.0002 nm. Similarly, the change in parameters for the sample with 62.4 at. % Cd is 0.3383 ± 0.0002; 0.3326 ± 0.0006 and 0.3313 ± 0.0004 nm, respectively. A similar dynamics of the change in the lattice parameter upon annealing in vacuum indicates a diffusion loss of cadmium in the solid solution.

![Figure 1](image_url)

**Figure 1** Diffraction patterns of the coating with the initial cadmium concentration of 49.0 at %
The cadmium atoms diffuse to the interface of the condensed phase, vapor, followed by sublimation (evaporation at 500°C). This is accompanied by a decrease in the cadmium concentration in the coating and a decrease in the lattice parameter of the solid solution.

In this case, the coating was represented by ultrafine particles that are not bonded to each other (Figure 4). The sizes of individual formations range from 2 microns to 100 nm.

Vacuum annealing at 200°C and 300°C was conducted to determine the thermal stability of solid niobium-based solutions (having crystal lattice of niobium) and the phase of the intermetallic NbCd₂ compound (68.0 at.% Cd). The heat treatment at 200°C did not lead to any changes in the samples, and at 300°C, the NbCd₂ compound loses cadmium due to its sublimation with the appearance of the niobium phase (Figure 3).

On the diffraction pattern after annealing at 300°C, trace manifestations of reflections of a solid niobium-based solutions were observed.

The results of the study of the thermal stability of the coatings of the film system of niobium-cadmium with a concentration of the latter of 72.5 and 76.8 at. % showed complete degradation of the coatings at 300°C followed by the formation of dispersed niobium and the transfer of cadmium to the vapor phase.

Based on the dependences of the lattice parameter of the solid solution on the concentration of cadmium in the film coating in the range 0 - 50.0 at. % and 50.0 - 64.5 at. % Cd described by the equations $a_{\text{nm}} = 8 \cdot 10^{-5}x_{\text{Cd}} + 0.3306$ and $a_{\text{nm}} = 3 \cdot 10^{-4}x_{\text{Cd}} + 0.3218$ [13] (where $x_{\text{Cd}}$ is the cadmium content in the alloy, at. %), and changes in the lattice parameters of the samples after annealing, the average rate of sublimation (evaporation) of cadmium was calculated (Table 1) by us. For comparison, the evaporation rate of liquid elemental cadmium under the same conditions determined by us earlier [20], is also given there. When calculating the material flow, the coating density of the Nb-Cd system was found additively in accordance with the composition, and the density of niobium and cadmium were taken from the reference publication [21].

The data on the intensity of cadmium removal from its solutions in niobium show that the cadmium sublimation rate at 300°C is comparable to the evaporation rate at 500°C with a slightly lower cadmium content in the sample at the beginning of the heat treatment process. An increase in the amount of cadmium in solid solutions from 40.0 to 64.5 at. %

![Figure 2](image2.png)

Figure 2 Diffraction patterns of the coating with the initial cadmium concentration of 64.5 at %

1 – in initial state; 2 – after annealing at 300 °C; 3 – at 500 °C; ▼ - solid solution of cadmium and niobium; * - substrate - α-Al₂O₃

![Figure 3](image3.png)

Figure 3 Diffraction patterns of the coating with the initial cadmium concentration of 68.0 at %

1 – in initial state; 2 – after annealing at 300 °C; ● - NbCd₂; ▼ - solid solution of cadmium and niobium; * - substrate - α-Al₂O₃

![Figure 4](image4.png)

Figure 4 Electron microscopic image of the coating particles upon sublimation of cadmium from a sample with a cadmium concentration of 68.0 at %
upon annealing at 300°C and from 30.0 to 32.5 at.% at 500°C is expected to increase the rate of transfer of the volatile component to the vapor phase, since the diffusion process of cadmium to the sublimation surface (evaporation) is derived from the concentration gradient.

**Table 1** Sublimation (evaporation) rate of cadmium from the coatings of the niobium-cadmium system

| The cadmium content, at.% (Wt.%) | Annealing temperature, °C | The residual cadmium content, at.% (Wt.%) | Evaporation rate, kg·m⁻²·s⁻¹ | Annealing temperature, °C | The residual content of cadmium, at.% | Evaporation rate, kg·m⁻²·s⁻¹ |
|----------------------------------|---------------------------|-------------------------------------------|-------------------------------|---------------------------|---------------------------------------|-------------------------------|
| 49.0 (53.76)                     | 300                       | 30.0 (34.15)                              | 7.06·10⁻⁸                    | 500                       | 7.5 (9.65)                            | 8.78·10⁻⁸                    |
| 64.5 (68.74)                     | 300                       | 32.5 (36.81)                              | 1.25·10⁻⁷                    | 500                       | 8.75 (10.40)                          | 1.03·10⁻⁷                    |
| 68.0 (72.0)                      | 300                       | 0 (0)                                     | 3.11·10⁻⁷                    | -                         | -                                     | -                            |
| 100*                             | -                         | -                                         | -                            | 500                       | -                                     | 3.65·10⁻²                    |

* - elemental cadmium

Comparison of the evaporation rate of elemental cadmium from a liquid bath and a solid solution with 30.0 - 32.5 at. % (34.15 - 36.81 wt.%) Cd showed a significant (by 5 orders of magnitude) decrease in the intensity of the process of degradation of solid solutions.

**Conclusions**

As a result, of the study, it was found that the heating of film coatings (49.0 - 64.5 at. % Cd) represented by solid solutions in high vacuum up to 300°C was found to be accompanied by the onset of intense degradation of the crystalline niobium-cadmium system due to the diffusion of cadmium atoms to the solid phase-vapor interface and its subsequent sublimation. Coatings of the intermetallic compound NbCd₂ (68.0 at % Cd) and cadmium-based solid solutions, including the amorphized phase of the intermetallic compound, were completely degraded upon exposure at this temperature. The structure of solid solutions of cadmium in niobium and the NbCd₂ intermetallic compound is stable up to a temperature of 200 °C.

The intensity of the process of evaporation of cadmium from solid solutions at 500 °C is comparable to that at 300 °C, indicating the limiting stage of the process of diffusion of cadmium to the evaporation surface.

Such studies may be useful in developing new technologies for the production of metals and materials [22-25].

**Acknowledgments**

The authors would like to thank the Ministry of Education and Science of the Republic of Kazakhstan for financial support (grant AR05132506 / GF).

---

*Cite this article as:* Volodin V. N., Tuleushev Y. Zh., Kenzhaliyev B. K., Trebukhov S. A. Thermal degradation of hard alloys of the niobium-cadmium system at low pressure // Kompleksnoe Ispol’zovanie Mineral’nogo Syr’ya [Complex Use of Mineral Resources]. №1 (312), 2020. pp. 41-47. https://doi.org/10.31643/2020/6445.05

---

Темен қысымда ниобий-кадмий жүйесіндегі қатты қорытпалардың термиялық құлдырауы

Володин В. Н., Тулеушев Ю. Ж., Кенжалиев Б. К., Требухов С. А.

Түйіндеме. Nb - Cd кос кабатты жүйениң жылу тұрақтылығы туралы ақпараттың болмалуына байланысты, ниобийдегі кадмий қатты ерітінділерін термо-вакуумдық өңдеудің әсерін зерттеу үшін NbCd₂ материалдарының құрылымына және кадмий негізіндегі қорытпалардың интерметалдық қосылысты арқылы зерттеу әдісін қолданылды. Зерттеу әдісі ретінде изохронды кезеңдік тұрату 300 және 500 °C температурада және 1 - 10-3 Па қысымдағы қолданылысы, термиялық өңдеу және кадмий негізіндегі интерметалдық қосылыстың құрылымына және құрылымына әсерін зерттеудің өзгерістері болып табылды. Зерттеу нәтижелері ретінде көп бестік, көп бестік түр тәрізді қосылыстың термиялық өңдеу әсерін зерттеу үшін нәтижелері тәуелділігіне байланысты, кадмийдегі кадмий негізіндегі қорытпалардың интерметалдық қосылыстың құрылымына және құрылымына әсерін зерттеу үшін нәтижелері өзгерісті. Зерттеу нәтижелері ретінде көп бестік, көп бестік түр тәрізді қосылыстың термиялық өңдеу әсерін зерттеу үшін нәтижелері тәуелділігіне байланысты, кадмийдегі кадмий негізіндегі қорытпалардың интерметалдық қосылыстың құрылымына және құрылымына әсерін зерттеу үшін нәтижелері өзгерісті. Зерттеу нәтижелері ретінде көп бестік, көп бестік түр тәрізді қосылыстың термиялық өңдеу әсерін зерттеу үшін нәтижелері өзгерісті.
Термическая деградация твердых сплавов системы ниобий-кадмий при низком давлении

Володин В. Н., Тулеушев Ю. Ж., Кенжалиев Б. К., Требухов С. А.

Аннотация. В связи с отсутствием сведений о термической стабильности двойной пленочной системы Nb – Cd, выполнено исследование по изучению влияния термо-вакуумной обработки твердых растворов кадмия в ниобии, интерметаллического соединения NbCd2 и сплавов на основе кадмия на структуру материалов. В качестве метода исследования использован изохронный пошаговый отжиг при температуре 300 и 500 °C и давлении 1·10⁻³ Па, с последующим отслеживанием изменения состава и структуры сравнением дифрактометрических данных до и после термообработки. На основании ранее установленной зависимости параметра решетки объемно-центрированной кубической решетки твердых растворов от состава - количества кадмия в покрытии, определена скорость сублимации (кристаллизации) кадмия из пленочных покрытий. В результате установлено, что нагрев пленочных покрытий (49.0 - 64.5 at. % Cd), представленных твердыми растворами, в высоком вакууме до 300 °C сопровождается началом интенсивной деградации кристаллической системы ниобий – кадмий вследствие диффузии атомов кадмия к поверхности раздела твердая фаза – пар с его последующей сублимацией. Покрытия из интерметаллического соединения NbCd2, являющегося вырожденным полупроводником, и твердых растворов на основе кадмия (72.5 и 76.8 at. % Cd), включающих аморфизованную фазу интерметаллида, после экспозиции при этой температуре деструктурированы из-за полного перевода кадмия в паровую фазу. При термическом воздействии до температуры 200 °C структура твердых растворов кадмия в ниобии и интерметаллида NbCd2 стабильна.

Ключевые слова: ниобий, кадмий, твердый раствор, интерметаллид, дифрактометрия, сублимация.

Литература

[1] Roduner E. Size matters: why nanomaterials are different. // Chemical Society Reviews. – 2006. – V. 35. – P. 583-592. https://doi.org/10.1039/B502142C
[2] Roduner Э. Размерные эффекты в наноматериалах. М.: Техносфера, 2010. – С. 192.
[3] Peppiatt S. J. The melting of particles. II. Bismuth // Proceedings of the Royal Society A. London. – 1975. – V. A345. № 1642. – P. 401-412. https://doi.org/10.1063/1.3686624
[4] Berty J., David M.J., Lafourcade L. Etude de la surfusion de films mines de bismuth par diffraction des electrons // Thin Solid Films. 1977. V.46. № 2. P. 177-185. https://doi.org/10.1016/0040-6090(77)90060-8
[5] Жданов Г.С. Температурный гистерезис фазового перехода и механизм кристаллизации тонких металлических пленок //Физика твердого тела. 1971. Т.16. № 2. С. 405-407.
[6] Boffat Ph., Borel J-P. Size effect on the melting temperature of gold nanoparticles // Chemical Physics Letters. 2010. V. 501. № 3-4. P. 301-306.
[7] Buffat Ph., Borel J-P. Size effect on the melting temperature of gold particles // Physical Review A. 1976. V. 13. № 6. P. 2287-2298. https://journals.aps.org/pra/abstract/10.1103/PhysRevA.13.2287
[8] Perepezko J.H., Rasmussen D.H. Solidification of highly supercooled liquid metal and alloys // Journal of Non-Crystalline Solids. 1993. V.156-158. P. 463-472. https://doi.org/10.1016/0022-3093(93)90002-F
[9] Zou C., Gao Y., Yang B., Zhai Q. Size dependent melting properties of Sn nanoparticles by chemical reduction synthesis //Transactions of Nonferrous Metals Society of China. 2010. V.20. № 2. P.248-253. https://doi.org/10.1016/S1003-6326(09)60130-8
[10] Jiang H., Moon K., Dong H. Size dependent melting properties of tin nanoparticles //Chemical Physics Letters. 2006. V. 429. № 4. P. 492-496. https://doi.org/10.1016/j.cplett.2006.08.027
[11] Володин В.Н., Тулеушев Ю.Ж., Ниценко А.В., Бурабаева Н.М. Размерный эффект при формировании сплава ниобия с кадмием ультрадисперсными частицами при низкой температуре // Комплексное использование минерального сырья. 2018. № 4. С.98-104. https://doi.org/10.31643/2018/6445.35
[12] Володин В.Н., Тулеушев Ю.Ж., Ниценко А.В., Бурабаева Н.М. Концентрационные границы существования сплавов ниобия с кадмием, сформированных ультрадисперсными частицами // Комплексное использование минерального сырья. 2019. №1. Р.30-35. https://doi.org/10.31643/2019/6445.04
[13] Володин В.Н., Тулеушев Ю.Ж., Требухов С.А., Ниценко А.В., Бурабаева Н.М. Получение двойных сплавов ниобия с легкоплавкими металлами осаждением наночастиц // Изв. вузов. Цветная металлургия. 2019. №5. С.40-48.

Stowell M.J. The Solid-Liquid Interfacial Free Energy of Lead from Supercooling Data // The Philosophical Magazine: A Journal of Theoretical Experimental and Applied Physics 1970. V. 22. № 176. P. 1-6. https://doi.org/10.1080/14786437008228146

Qingshan F., Yongqiang X., Zixiang C. Size - and shape - dependent surface thermodynamic properties of nanocrystals //Journal of Physics and Chemistry of Solids. 2018. V.116. P. 79-85. https://doi.org/10.1016/j.jpcs.2018.01.018

Mu J., Zhu Z.W., Zhang H.F. Size dependent melting behaviors of nanocrystalline in particles embedded in amorphous matrix //Journal Applied Physics. 2012. V. 111. № 4. P. 043515 (1–4). https://doi.org/10.1063/1.3686624

Luo W., Su K., Li K., Li Q. Connection between nanostructured materials’ size dependent melting and thermodynamic properties of bulk materials // Solid State Communications. – 2011. – V. 151. N. 3. – P. 229-233. https://doi.org/10.1016/j.ssc.2010.11.025

Володин В.Н., Тулеушев Ю.Ж., Жаканбаев Е.А., Мигунова А.А., Ниценко А.В. Некоторые физические свойства нового интерметаллида NbCd2 // Физика и техника полупроводников. – 2019. – T.53. №.8. – С. 1047-1051. https://doi.org/10.21883 / FTP 2019.08.47993.9122

Тулеушев Ю.Ж., Володин В.Н., Жаканбаев Е.А. Высокотемпературный распад твердых растворов бета- тантала с медью в пленках // Физика металлов и металловедение. – 2014. – Т. 115. № 5. – С. 512-516. https://doi.org/10.7868/s0015323014050118

Володин В.Н. Физическая химия и технология рафинирования кадмия. Алматы: Print-S, – 2013. 238 c. https://doi.org/10.31643/2011-2019.004

Физические величины. Справочник / Под ред. И.С. Григорьева, Е.З. Мейлихова. М: Энергоатомиздат. – 1991. – С. 99.

Kenzhaliiyev B.K. Innovative technologies providing enhancement of nonferrous, precious, rare earth metals extraction // Kompleksnoie ispol'zovanie mineral'nogo syr'a [Complex Use of Mineral Resources]. 2019. 3, 64-75. https://doi.org/10.31643/2019/6445.30

Treubkov S.A, Volodin V.N, Nitsenko A.V, Treubkov A.A. Decomposition of iron, cobalt and nickel selenides in selenium distillation conditions // Kompleksnoye ispol'zovanie mineral'nogo syr'a [Complex Use of Mineral Resources]. 2016. 4, 58-62.

Panichkin A.V, Derbisalin A.M, Dzhumabekov D.M, Alibekov Zh., Imbarova A.T. Improvement of methodology and equipment for determination of hydrogen permeability of thin flat metallic membranes // Kompleksnoy ispol'zovanie mineral'nogo syr'a [Complex Use of Mineral Resources]. 2017. 2, 46-52.

Kenzhaliiyev B.K, Surkova T.Y, Yessimova D.M. Concentration of rare-earth elements by sorption from sulphate solutions // Kompleksnoe ispol'zovanie mineral'nogo syr'a [Complex Use of Mineral Resources]. 2019. 3, 5-9. https://doi.org/10.31643/2019/6445.22

References

[1] Roduner E. Size matters: why nanomaterials are different. Chemical Society Reviews. 2006. 35, 583-592 (in Eng.). https://doi.org/10.1039/B502142C
[2] Roduner E. Razernennyie effekty v nanomaterialakh (Size effects in nanomaterials). Moscow: Tekhnosfera. 2010, 192 (in Eng.).
[3] Peppiatt S. J. The melting of particles. II. Bismuth. Proceedings of the Royal Society A. London. 1975. A345, 1642, 401-412 (in Eng.). https://doi.org/10.1098/rspa.1975.0145
[4] Berty J., David M.J., Lafourcade L. Etude de la surfusion de films minces de bismuth par diffraction des electrons. Thin Solid Films. 1977. 46, 2. 177-185. (in Eng.). https://doi.org/10.1016/0022-3093(93)90002-F
[5] Zhdanov G.S. Temperaturnyy gysterezis fazovogo perekhoda i mekanizm kristallizatsii tonkikh metallicheskikh plenok (Temperature hysteresis of the phase transition and the crystallization mechanism of thin metal films). Fizika tverdogo tela = Solid State Physics. 1977. 19, 1. 299-301 (in Russ.).
[6] Ovsyenko D.E., Maslov V.V., Kostyuchenko V.P. Pereokhlazhdeniye nikelya i kobalta v malykh obyemakh (Subcooling of nickel and cobalt in small volumes) Kristallografiya = Crystallography. 1971. 16, 2. 405-407 (in Russ.).
[7] Buffat Ph., Borel J-P. Size effect on the melting temperature of gold particles. Physical Review A. 1976. 6, 2287-2298 (in Eng.). https://doi.org/10.1103/PhysRevA.13.2287
[8] Perepezko J.H., Rasmussen D.H. Solidification of highly supercooled liquid metal and alloys. Journal of Non-Crystalline Solids. 1993. 156-158, 463-472 (in Eng.). https://doi.org/10.1016/0022-3093(93)90002-F
Trebukhov S.A, Volodin V.N, Nitsenko A.V, Burabaeva N.M. Decomposition of iron, cobalt and nickel selenides in selenium distillation conditions. Kompleksnoye ispol’zovanie mineral’nogo syr’ya = Complex Use of Mineral Resources. 2018. 4. 98-104 (in Russ.).
https://doi.org/10.31643/2018/6445.35

Volodin V.N., Tuleshev Yu.Zh., Nitsenko A.V., Burabaeva N.M. Concentration Limits of Niobium and Cadmium Alloys Existence. Formed by Ultrafine Particles. Kompleksnoe Ispol’zovanie Mineral’nogo Syr’ya. 2019. 1. 30-35 (in Eng.).
https://doi.org/10.31643/2019/6445.04

Volodin V.N., Tuleshev Yu.Zh., Trebukhov S.A., Nitsenko A.V., Burabaeva N.M. Poluchenie dvoynykh splavov niobiya s legkoplaschnymi metallami osazhdennyem nanochastits (Obtaining double alloys of niobium with fusible metals by nanoparticle deposition) Izvestiya vuzov, Tsvetna ya metallurgia = Universities Proceedings Nonferrous Metallurgy. 2019. 5. 40-48 (in Russ.).
https://doi.org/10.17073/0021-3438-2019-5-40-48

Stowell M.J. The Solid-Liquid Interfacial Free Energy of Lead from Supercooling Data. The Philosophical Magazine: A Journal of Theoretical Experimental and Applied Physics. 1970. 22. 176. 1-6 (in Eng.).
https://doi.org/10.1080/14786437008228146

Qingshan F., Yongqiang X., Zixiang C. Size - and shape - dependent surface thermodynamic properties of nanocrystals. Journal of Physics and Chemistry of Solids. 2018. 116. 79-85 (in Eng.).
https://doi.org/10.1016/j.jpcs.2018.01.018

Luo W., Su K., Li K., Li Q. Connection between nanostructured materials size dependent melting and thermodynamic properties of bulk materials. Solid State Communications. 2011. 151. 3. 229-233 (in Eng.).
https://doi.org/10.1016/j.ssc.2010.11.025

Volodin V.N., Tuleshev Yu.Zh., Zhakanbayev E.A., Migunova A.A., Nitsenko A.V. Nekotoryye fizicheskiye svoystva novogo intermetallida NbCd2 (Some physical properties of the new NbCd2 intermetallic). Fizika i tehnika poluprovdnikov = Physics and technology of semiconductors. 2019. 53. 8. 1047-1051 (in Russ.).
https://doi.org/10.21883 / FTP.2019.08.47993.9122

Tuleshev Yu.Zh., Volodin V.N., Zhakanbayev E.A. Vysokotemperaturnyy raspad tverdykh rastvorov betatantala s medyu v plenkakh. (High-temperature decomposition of solid solutions of beta-tantalum with copper in films) Fizika metallov i metallovedeniye = Physics of Metals and Metallography. 2014. 115. 5. 512-516 (in Russ.).
https://doi.org/10.7868/s0021-3438-2019-5-512-516

Volodin V.N. Fizicheskaya khimiya i tekhnologiya rafinirovaniya kadmiya (Physical chemistry and cadmium refining technology). Almaaty: Print-S. 2013. 238 (in Russ.).
https://doi.org/10.31643/2011-2019.004

Fizicheskiye velichiny. Spravochnik (Physical quantities. Directory). Pod red. I.S. Grigoryeva. E.Z. Meylikhova. M.: Energoatomizdat. 1991 (in Russ.).

Kenzhaliyev B. K. Innovative technologies providing enhancement of nonferrous, precious, rare and rare earth metals extraction // Kompleksnoe Ispol’zovanie Mineral’nogo Syr’ya (Complex Use of Mineral Resources). – 2019. – №3 (310). - Page: 64-75. (In Eng.).
https://doi.org/10.31643/2019/6445.30

Trebuakhov S.A, Volodin V.N, Nitsenko A.V., Burabaeva N.M. Decomposition of iron, cobalt and nickel selenides in selenium distillation conditions. Kompleksnoye ispol’zovanie mineral’nogo syr’ya = Complex Use of Mineral Resources. 2016. 4. 58-62 (in Eng.).

Panchkin A.V., Derbisanin A.M, Dzhumabekov D.M, Alibekov Zh., Imbarova A.T. Improvement of methodology and equipment for determination of hydrogen permeability of thin flat metallic membranes. Kompleksnoye ispol’zovanie mineral’nogo syr’ya = Complex Use of Mineral Resources. 2017. 2. 46-52 (in Eng.).

Kenzhaliyev B.K, Surkova T.Y, Yessimova D.M. Concentration of rare-earth elements by sorption from sulphate solutions. Kompleksnoye ispol’zovanie mineral’nogo syr’ya [Complex Use of Mineral Resources]. 2019. 3, 5-9 (in Eng.).
https://doi.org/10.31643/2019/6445.22